Advanced Hydrogels for Biomedical Applications

Sameer Joshi, Komal Vig and Shree R Singh*

Center for NanoBiotechnology Research, Alabama State University, USA

Received: May 24, 2018; Published: May 30, 2018

*Corresponding author: Shree R Singh, Center for NanoBiotechnology Research, Alabama State University, Montgomery, Alabama, USA, 36016

DOI: 10.26717/BJSTR.2018.05.001144

Abstract

Gels or hydrogels are described as the matrix of cross-linked polymers. Hydrogels are naturally a part of the body in the form of collagen, gelatin, mucous, tear films, cartilage, vitreous humor, cornea, and tendon. Collagen, gelatin, and nanofillers can be used to modify the strength of hydrogels. Use of biodegradable hydrogel scaffold is ideal for tissue regeneration, where the scaffold degrades as the tissue regeneration occurs. The hydrogel can be lone or composition of fundamental properties such as edible, non-edible, biodegradable, non-biodegradable, injectable, topical, natural, synthetic, physically cross-linked, chemically cross-linked. During past three decades hydrogels due to various factors such as biodegradable, absorbent, tissue resemblance and easy use, have received the enormous attention from researchers around the globe. Although hydrogels have become part of a variety of industries but quest for biomedical application of hydrogels is ongoing. This review addresses the recent advances in different forms of hydrogels and their biomedical use.

Keywords: Hydrogel; Biomedical; Biodegradable; Polymer; Cross-linked

Introduction

Researchers are working on hydrogels over decades and according to researchers a water-swollen, network of cross-linked polymers produced by the reaction between one or more monomers or by hydrogen bonding or by large van der Waals interaction between chains [1-3]. It has also been reported that the hydrogel is a superabsorbent material that absorbs water over 99% of its capacity without dissolving itself and swells to form a gel called hydrogel [2,3]. The hydrogel is a colloidal material involving dispersion phase and dispersion medium combined to yield a semisolid material like jelly [4]. Over 70 years ago the process of methacrylic acid polymerization was patented [5], and now hydrogels are existing in a variety of forms. In the biomedical field, the hydrogels have entered in the mainstream due to interesting porous structure, biocompatibility and easy of production [6,7].

The hydrogel can be lone or combinations of different source, composition, charge, and structure [1]. Hydrogels are broadly classified as chemical and physical hydrogels by their crosslinking ability [1]. Chemical crosslinking involves the conversion of hydrophobic polymers into the hydrophilic polymeric gel to form a network with the aid of crosslinking agents. However, the crosslinking agent can often be toxic and cannot be used in the biological application. Hence their removal is required before its implementation in biological systems [3,7]. Chemically cross-linked hydrogels can be prepared either by high irradiation energy or by photo-polymerization [1]. Physically cross-linked gels do not possess toxicity like chemically cross-linked gels. Mechanism of physically cross-linked gel formation is a molecular entanglement or use of secondary forces such as ionic interaction, hydrogen bonding, crystallization, hydrophobic interaction and protein interaction [3,8].

Advances in Hydrogels

Hydrogels are widely used in the field of drug delivery, tissue engineering, regenerative medicine, food industries as well as fashionable showcase materials providing safety cushion and identity to the biomedical device [9,10]. In pharmaceuticals, the peptide, MIP, nanofiller enhanced hydrogels are being considered as drug delivery system [11,12]. Designing of the biomaterial surface can turn the material into smart biomaterial, and this surface modification, e.g., for cell adhesion[13], chemoselective conjugation of biologics [14], etc. are gaining more attention of researchers in fields like material science as well as bioscience [9]. Swelling nature of the gels mainly depends on their network structure, but the latter part is significantly related to the condition under which the gel has formed [15].

Hydrogels have become omnivorous, the pharmaceutical, nutraceutical, agricultural, medical devices and cosmetic industries
have formulations or developing formulation based on hydrogels (Table 1). Modulation of material surface with stimuli-responsive polymers can show considerable changes in properties in response to various stimuli [9,10]. Use of such stimuli-responsive polymers in hydrogel preparation can make it stimuli-responsive hydrogel and such hydrogel can undergo considerable change in their structure upon a small change in external environment; such hydrogels are called as stimuli-responsive hydrogels [9]. These environmental changes could be changed in pH, temperature, light and hormonal secretion and have different applications mentioned further in Table 1.

Table 1: Hydrogels and their biomedical applications.

| Application             | Hydrogel                                | Ref.            |
|-------------------------|-----------------------------------------|-----------------|
| Wound healing           | Methacrylate, nanofiller enhanced,       | [61-63]         |
|                         | collagen-based                          |                 |
| Dental                  | Peptide and collagen-based              | [64-66]         |
| Drug and Vaccine Delivery| Stimuli-responsive, nanofiller enhanced,| [8, 11, 12, 42, 67-70] |
|                         | peptide-based, collagen-based,          |                 |
|                         | molecularly imprinted polymer (MIP)     |                 |
|                         | based                                   |                 |
| Ophthalmic              | Methacrylate, gelatin,                  | [68, 71]        |
|                         | collagen                                |                 |
| Orthopedic              | Collagen, nanofiller enhanced,           | [53,72,73]      |
|                         | methacrylate                            |                 |
| Cardiac                 | Nanofiller enhanced,                    | [9,74-76]       |
|                         | gelatin, stimuli-responsive, self-      |                 |
|                         | oscillating                             |                 |
| Organ Culture           | Gelatin, collagen, peptide,             | [7,39,77-80]    |
|                         | stimuli-responsive,                     |                 |
|                         | methacrylate                            |                 |
| Plastic surgery         | Hyaluronic acid (HA), stimuli-          | [81-83]         |
|                         | responsive, methacrylate                |                 |
| Cosmetics               | HA, stimuli-responsive, methacrylate     | [56,57,84]      |
| Diapers/ Sanitary Pad   | Methacrylate                            | [85,86]         |
| Medical Devices         | HA, stimuli responsive,                 | [7,87,88]       |
| Agricultural            | Methacrylate                            | [48,89]         |
| Nutraceutical           | Peptide                                | [27-29]         |
|                         | Micro-particles                         |                 |

Tissue regeneration and drug delivery are the focused applications of peptide-based hydrogels [16]. Supramolecular structure of the peptides capable of self-gelation (gelating peptides) can be used to deliver and control the release of the drugs physiological conditions [17-20]. Peptide-based hydrogel as cochlear implants describes the advancement of hydrogels in biomedical applications [21,22]. Recent findings point the possibility of the peptide-based hydrogels as functionalized biomaterials scaffold to attract projections from neurons, its attachment and stability providing an uninterrupted interface between cochlear implants and audio-neurons [21]. Peptide-based hydrogels can mimic extracellular matrix (ECM), where the peptides and related derivatives self-assemble to form a gel [23,24]. During early 90’s Zhang et al. described that peptides can be staggered using their structure, for example, ionic bonds formed between alanine side chains facing each other and the charged lysine and glutamic acid chains facing each other [25]. These hydrophilic/hydrophobic nanosheets then form a fibrous hydrogel in the presence of salts [21]. Moreover, even the shortest peptide comprised of natural amino acids found capable of creating the transitional α-helices inside hydrophilic environment as well as self-assembled into fibrous structure [26]. Use of peptide-based hydrogels has begun for nutraceutical purposes too [27-29]. Molecularly imprinted polymer (MIP) based hydrogels are getting popular in biomedical applications as smart hydrogels systems [24]. The MIP based hydrogels are non-covalently bonded hydrogels formed by hydrogen bonding between the monomer and imprint template [24]. The imprints of the MIPs formed as a result of template monomer interaction [30]. The application of this system involves recognition of target molecules at the molecular level [31]. Precisely, the claims of these MIPs prominently associated with microfluidic devices [32,33].

Addition of nanofillers can substantially influence material’s mechanical, optical and thermal properties [34]. Based on the dimensions the nanofillers can be classified as one dimensional, e.g., clay nanolayers [35], two dimensional, e.g., nanofibers (nanotubes and nanofibers) [36] and three dimensional, e.g., metallic nanoparticles [34,37]. Clay nanolayers or nanoclays are the basic nanofillers to be used in the hydrogels and can be natural, e.g., montmorillonite [38], or synthetic, e.g., hydrotalcite [34]. Clays are used as catalysts, absorbents, metal chelating agents as well as polymer nanocomposites to make the hydrogel mechanically stronger than conventional hydrogels [39]. The water absorption is controlled with the inclusion of clay nanofillers in the hydrogels for wound dressing [40]. However, other nanostructures like carbon nanotubes (CNT) and graphene are one of the novel nanofillers to be used in hydrogels [41,42]. Both graphenes, as well as CNT, are being studied for their use in tissue engineering as well as in drug delivery [42]; moreover, it can be used to coat the electrodes in solar cell operated medical devices [43]. Similarly, graphene-enhanced hydrogel actuators [44], a small amount of graphene could increase the conductivity four times benefiting conductive tapes [45,46], element sensor [47].

Super absorbent hydrogels are another example of smart hydrogels. Swelling of hydrogel could result in complications in case of implants, but the superabsorbent hydrogels withstand the swelling [48,49]. Super absorbent hydrogels can also be referred as super porous hydrogels [49]. Hydrophilic polymers can adsorb water up to 90 % of their weight without dissolving. This property of hydrogels has been addressed for dressings for wound healing, e.g.,
alginate-based hydrogel dressing [50]. The research on collagen product has broadened in past two decades, and the collagen-based hydrogel is part of that development [51]. The skin, bone, cartilage, tendon, and vasculature are the different collagen [51]. The network of collagen fibers and related components is recognized as ECM [52]. Although collagen itself is water-insoluble, it can be blended with other hydrophilic polymers to form hydrogels scaffolds mimicking skin, bone, etc. [53]. Multilayered collagen hydrogel can be prepared for retaining the cellular functions [54]. Moreover, collagen hydrogels have found less toxic compared to many others and most efficient in proliferation [7]. The inclusion of polysaccharides like Beta-glucan (beta-1,6-branched beta-L-3-glucan) has been reported biocompatible and effective in encouraging cell growth as well as rejuvenate the collagen [55].

Hyaluronic acid (HA) is a polysaccharide-based component of the natural ECM [3]. Hydrophilic nature of the HA helps in water binding, but on the other side, HA has a short half-life of 1-2 days due enzymatic degradation and over-hydration [56]. HA could be low molecular weight or high molecular weight [6]. However, the low molecular weight HA renders the cell functions and could develop cancer [57]. On the other side, high molecular weight HA is nonimmunogenic, aids in nutrient transportation as well penetration of fibers, cells, and vesicles [58]. HA-based implants have promising results, e.g., CNS scaffold implantation aids neural rejuvenation [59], elastic nature of HA reduces bone friction [60-80], HA gel filler restores skin elasticity and gives uniformity [56].

Conclusion

Hydrogels have become one of the essential and vital players of biomedical sector. Since chemically cross-linked hydrogels are toxic, the physically cross-linked hydrogels are in demand. Hydrogels based on peptides, HA, acrylamide are patented and marketed. However, the quest for monomers and cross-linkers will remain to invent and modify biological applications of hydrogels [81-89].

References

1. Chippada U (2010) Non-intrusive characterization of properties of hydrogels. Rutgers The State University of NewJersey-New Brunswick.
2. Wang YL, RJ Pelham (1998) [39] Preparation of a flexible, porous polyacrylamide substrate for mechanical studies of cultured cells. Methods in Enzymology 298: 489-496.
3. Gulrez SK, S Al-Assaf, GO Phillips (2011) Hydrogels: methods of preparation, characterisation and applications. InTech.
4. Weiss RG, P Terech (2006) Molecular gels. Materials with Self-Assembled Fibrillar Networks.
5. Ernst T, A Gerhard (1943) Process of polymerizing methacrylic acid. Google Patents.
6. Yahia L, Lukas Gritsch, Federico Leonardo Motta, Soumia Chirani, Silvia Fare, et al. (2015) History and applications of hydrogels. Journal of biomedical sciences 4: 2.
7. Mekhels FP, Travis J Klein, Jos Malda, Paulo J Bartolo, Dietmar W Hutmacher, et al. (2012) Additive manufacturing of tissues and organs. Progress in polymer science 37(8): 1079-1104.
8. Oh KS, Choi YW, Lee JH, Lee JY, Yuk SH, et al. (2004) Hydrogen-bonded polymer gel and its application as a temperature-sensitive drug delivery system. Biomaterials 25(12): 2393-2398.
9. Yoshida R, Shingo Maeda, Shuji Hashimoto, Daisuke Suzuki, Yoko Murase, et al. (2009) Self-oscillating gel as novel biomimetic materials. Journal of Controlled Release 140(3): 186-193.
10. Hara Y, R Yoshida (2005) Self-Oscillation of Polymer Chains Induced by the Belousov– Zhabotinsky Reaction under Acid-Free Conditions. The Journal of Physical Chemistry B 109(19): 9451-9454.
11. Sellekergen B, CJ Allender (2005) Moleculesally imprinted polymers: A bridge to advanced drug delivery. Advanced Drug Delivery Reviews 57(12): 1733-1741.
12. Misal RS, VR Potphode, VR Mahajan (2017) Review on: New approaches in self-micro-emulsifying drug delivery system. Research Journal of Pharmacy and Technology 10(4): 1215-1224.
13. Sun J, Stefan V Graeter, Lin Yu, Shifeng Duan, Joachim P Spatz, et al. (2008) Technique of surface modification of a cell-adhesion-resistant hydrogel by a cell-adhesion-available inorganic microarray. Biomacromolecules 9(10): 2569-2572.
14. Plunkett KN, Aveek N Chatterjee, NR Aluru, Jeffrey S Moore (2003) Surface-modified hydrogels for chemoselective bioconjugation. Macromolecules 36(23): 8846-8852.
15. Naghash HJ, O Okay (1996) Formation and structure of polyacrylamide gels. Journal of applied polymer science 60(7): 971-979.
16. del Valle LJ, A Diaz, J Puggali (2017) Hydrogels for Biomedical Applications: Cellulose, chitosan, and protein/Peptide Derivatives. Gels 3(3): 27.
17. Basu K, Ghosh S, Castelletto V, Hamley IW, Banerjee A, et al. (2016) Peptide based hydrogels for cancer drug release: modulation of stiffness, drug release and proteolytic stability of hydrogels by incorporating D-amino acid residue (s). Chemical Communications 52(28): 5045-5048.
18. Barzic AL, S Ioan (2016) Multiphase Polymer Systems: Micro-to Nanostructural Evolution in Advanced Technologies: CRC Press.
19. Altvunbas A, Lee SJ, Rajasekaran SA, Schneider JP, Pochan DJ (2011) Encapsulation of curcumin in self-assembling peptide hydrogels as injectable drug delivery vehicles. Biomaterials 32(25): 5906-5914.
20. Liang G, Yijun Fan, Yi Kuang, Yuan Gao, Ting Wang, et al. (2009) Supramolecular hydrogel of D-amino acid dipptide for controlled drug release in vivo. Langmuir 25(15): 8419-8422.
21. Frick C, Senn P, Rask-Andersen H, Wiesmuller KH, Lowenheim H, et al. (2017) Biofunctionalized peptide-based hydrogels provide permisive scaffolds to attract neurite outgrowth from spiral ganglion neurons. Colloids and Surfaces B: Biointerfaces 149: 105-114.
22. Endo T, Tamura T, Iwai K, Tabata Y, Ito J, et al. (2005) Novel strategy for treatment of inner ears using a biodegradable gel. The Laryngoscope 115(11): 2016-2020.
23. Zhang S (2003) Fabrication of novel biomaterials through molecular self-assembly. Nature biotechnology 21(10): 1171-1178.
24. Seow WY, CA Hauser (2014) Short to ultra-short peptide hydrogels for biomedical uses. Materials Today 17(8): 381-388.
25. Zhang S, T Holmes, C Lockshin, A Rich (1993) Spontaneous assembly of a self-complementary oligopeptide to form a stable macroscopic membrane. Proceedings of the National Academy of Sciences 90(8): 3334-3338.
26. Hauser CA, Rensheng Deng, Archanz Mishra, Yihua Loo, Ulung Khoe, et al. (2009) Natural tri-to hexapeptides self-assemble in water to amyloid β-type fiber aggregates by unexpected α-helical intermediate structures. Bioconjugate Chemistry 20(2): 333-341.
27. Hauser CA, Rensheng Deng, Archana Mishra, Yihua Loo, Ulung Khoe, et al. (2009) Natural tri-to hexapeptides self-assemble in water to amyloid β-type fiber aggregates by unexpected α-helical intermediate structures. Bioconjugate Chemistry 20(2): 333-341.
28. Malts A, GE Remondetto, M Subirade (2009) Soy protein cold-set hydrogels as controlled delivery devices for nutraceutical compounds. Food hydrocolloids 23(7): 1647-1653.
28. Wang Y (2012) Hydrogel particles and other novel protein-based methods for food ingredient and nutraceutical delivery systems. Encapsulation technologies and delivery systems for food ingredients and nutraceuticals pp: 412-450.

29. Abd El-Salam MH, S El-Shibiny (2012) Formation and potential uses of milk proteins as nano delivery vehicles for nutraceuticals: a review. International journal of dairy technology 65(1): 13-21.

30. Puoci F, Giuseppe Grillo, Manuela Curcio, Francesca Lemmi, Ortensia Ilaria Parisi, et al. (2010) Molecularly imprinted polymers (MIPs) in biomedical applications. In: Biopolymers InTech.

31. Chatjeri S, IK Kwon, K Park (2007) Smart polymeric gels: redefining the limits of biomedical devices. Progress in polymer science 32(8): 1083-1122.

32. Howbrook DN, O'Shaughnessy MC, Sarker DK, Baker SC, Lloyd AW, et al. (2003) Developments in microarray technologies. Drug discovery today 8(14): 642-651.

33. Wagner S, Bell J, Biyikal M, Gawlitza K, Rurack K (2018) Integrating fluorescent molecularly imprinted polymer (MIP) sensor particles with a modular microfluidic platform for nanonano/ small-molecule detection directly in aqueous samples. Biosensors and Bioelectronics 99: 244-250.

34. Marquis DM, E Guillame, C Chivas-Joly (2011) Properties of nanofillers in polymer, in Nanocomposites and Polymers with Analytical Methods Intech.

35. Shen J, Song Z, Qian X, Yang F, Kong F (2010) Nanofillers for papermaking wet end applications. Bio Resources 5(3): 218.

36. Salgueiro AM, Daniel-da-Silva AL, Fateixa S, Trinidad T (2013) κ-Carrageenan hydrogel nanocomposites with release behavior directly in aqueous samples. International journal of nanomedicine 10: 5609.

37. Lay-Flurrie K (2004) The properties of hydrogel dressings and their biomedical applications. International journal of nanomedicine 1(3): 163-172.

38. Bullo Safiuallah MBZH (2015) Inorganic nanolayers: structure, preparation, and biomedical applications. International journal of nanomedicine 10: 5609.

39. Kohali M, M Sirouzasar, ZM Hassan (2007) PVA-clay nanocomposite hydrogels for wound dressing. European polymer journal 43(3): 773-781.

40. Qureshi AA, A Khademhosseini (2014) Nanocomposite hydrogels for biomedical applications. Biotechnology andbio engineering 111(3): 441-453.

41. Gonenka S, V Sant, S Sant (2014) Graphene-based nanomaterials for drug delivery and tissue engineering. Journal of Controlled Release 173: 75-88.

42. Yun JM, Juhan Kim, Hyung-Gu Jeong, Dong-Yu Kim, Yong-Jin Noh, et al. (2011) Solution-Processed Reduced Graphene Oxide as a Novel Alternative to PEDOT: PSS Hole Transport Layers for Highly Efficient and Stable Polymer Solar Cells. Advanced Materials 23(42): 4923-4928.

43. Wang E, MS Desai, SW Lee (2013) Light-controlled graphene-elastin composite hydrogel actuators. Nano letters 13(6): 2826.

44. Hu K, Dhaval D Kulkarni, Ijkun Choi, Vladimir V Tsukruk (2014) Graphene-polymer nanocomposites for structural and functional applications. Progress in polymer science 39(11): 1934-1972.

45. Wang Y, Xiaobei Zhang, Miao Zhu, Kunlin Wang, Dehai Wu, et al. (2014) Wearable and highly sensitive graphene strain sensors for human motion monitoring. Advanced Functional Materials 24(29): 4666-4670.

46. Al-Mashat I, Dan Li, Xionglong Gou, Samuel J Ippolito, Wojtek Wlodarski, et al. (2010) Graphene/polyaniline nanocomposite for hydrogen sensing. The Journal of Physical Chemistry C 114(59): 16168-16173.

47. Kabir K, M Zohuriaan-Mehr (2003) Superabsorbent hydrogel composites. Polymers for Advanced Technologies 14(6): 438-444.

48. Chen, J, H Park, K Park (1999) Synthesis of superporous hydrogels: hydrogels with fast swelling and superabsorbent properties. Journal of Biomedical Materials Research Part A 44(1): 53-62.

49. Agarwal A, JF McAnulty, MJ Schurr, CJ Murphy, NL Abbott (2011) Polymeric materials for chronic wound and burn dressings, in Advanced Wound Repair Therapies Elsevier Inc.

50. Sionkowska A, Slawomir Skrzynski Krzysztof Smiechowski, Agata Kolodziejczak (2017) The review of versatile application of collagen. Polymers for Advanced Technologies 28(1): 4-9.

51. Ces L, Liu W, Cui L, Zhang W, Cao Y (2008) Collagen tissue engineering: development of novel biomaterials and applications. Pediatric research 63(5): 492-496.

52. Arakawa C, Tan S, Kim S, Wu B, Lee M, et al. (2017) Photopolymerizable chitosan–collagen hydrogels for bone tissue engineering. Journal of tissue engineering and regenerative medicine 11(1): 164-174.

53. Dunn J, Yarmush ML, Koebe HG, Tompkins RG (1999) Hepatocyte function and extracellular matrix geometry: long-term culture in a sandwich configuration. The FASEB Journal 3(2): 174-177.

54. Cao E, YV Khutoryanskiy (2015) Biomedical applications of hydrogels: A review of patents and commercial products. European polymer journal 65: 252-267.

55. Gold M (2009) The science and art of hyaluronic acid dermal filler use in esthetic applications. Journal of cosmetic dermatology 8(4): 301-307.

56. Tezel A, GH Fredrickson (2008) The science of hyaluronic acid dermal fillers. Journal of Cosmetic and Laser Therapy 10(1): 35-42.

57. Kalia S (2016) Polymeric hydrogels as smart biomaterials. Springer.

58. Hou S, Cui F, Zhang J, Lu Q, Zhao C (2006) The enhancement of cell adhesion and inducement of neurite outgrowth of dorsal root ganglia co-cultured with hyaluronic acid hydrogels modified with Nogo-66 receptor antagonist in vitro. Neuroscience 137(2): 519-529.

59. Girish K, K Kemparaju (2007) The magic glue hyaluronic and its eraser hyaluronidase: a biological overview. Life sciences 80(21): 1921-1943.

60. Boiteng JS, Kerr H Matthews, Howard NE Stevens, Gillian M Eccleston (2008) Wound healing dressings and drug delivery systems: a review. Journal of pharmaceutical sciences 97(8): 2892-2923.

61. Lay-Flurrie K (2004) The properties of hydrogel dressings and their impact on wound healing. Prog Nurse 19(5): 269-273.

62. Sarabahi S (2012) Recent advances in topical wound care. Indian journal of plastic surgery: official publication of the Association of Plastic Surgeons of India 45(2): 379.

63. Dobie K, AJ Smith, AJ Sloan, G Smith (2002) Effects of alginate hydrogels and TGF-β1 on human dental pulp repair in vitro. Connective tissue research 43(2-3): 387-390.

64. Cavalcanti BN, BD Zeitlin, JE Nor (2013) A hydrogel scaffold that maintains viability and supports differentiation of dental pulp stem cells. DentalMaterials 29(1): 97-102.

65. Ishimatsu H, Tabata Y, Nishihara T, Chen KK, Terashita M, et al. (2009) Formation of dentinal bridge on surface of regenerated dental pulp in dentin defects by controlled release of fibroblast growth factor-β2 from gelatin hydrogels. Journal of endodontics 35(6): 850-865.

66. Tyagi P, Chancellour M, De Groat WC, Yoshimura N, Huang L, et al. (2004) Sustained intravesical drug delivery using thermosensitive hydrogel. Pharmaceutical research 21(5): 832-837.
68. Xinming L, Sergey V Mikhalovsky, Susan R Sandeman, Carol A Howelb, Liao Liewenc. (2008) Polymeric hydrogels for novel contact lens-based ophthalmic drug delivery systems: A review. Contact Lens and Anterior Eye 31(2): 57-64.

69. Caniffe D, A Kirby, C Alexander. (2005) Moleularly imprinted drug delivery systems. Advanced Drug Delivery Reviews 57(12): 1836-1853.

70. Gupta P, K Vermani, S Garg. (2002) Hydrogels: from controlled release to pH-responsive drug delivery. Drug discovery today 7(10): 569-579.

71. Gulsen D, A Chauhan. (2005) Dispersion of microemulsion drops in HEMA hydrogel: a potential ophthalmic drug delivery vehicle. International Journal of Pharmaceutics 292(1): 95-117.

72. NiP, Luoj L, LiX, Luo F,YangZ, WeiY, etal. (2014) Injectable thersensitive PEG-PCL-PEG hydrogel/acellular bone matrix composite for bone regeneration in cranial defects. Biomaterials 35(1): 236-248.

73. Milani AH, Anthony J Freemont, Judith A Hoyland, Daman J Adlam, Brian R Saunders. (2012) Injectable doubly cross-linked microgels for improving the mechanical properties of degenerated intervertebral discs. Biomacromolecules 13(9): 2793-2801.

74. Paul A, Kraft D, Dokmeci MR, Shum-Tim D, Khademhosseini A, et al. (2014) Injectable graphene oxide/hydrogel-based angiogenic gene delivery system for vasculogenesis and cardiac repair. ACS nano 8(8): 8050.

75. Wang J, K Christman. (2014) Hydrogels for cardiac repair. Cardiac Regeneration and Repair: Biomaterials and Tissue Engineering 2014: 17.

76. Shin SR, Palacios T, Dokmeci MR, Bae H, Tang XS, et al. (2013) Carbon-nanotube-embedded hydrogel sheets for engineering cardiac constructs and bioactuators. ACS nano 7(3): 2369.

77. De C, XD Zhu, K de Groot. (1999) Three-dimensional nano-HAp/collagen matrix loading with osteogenic cells in organ culture. Journal of Biomedical Materials Research Part A 44(4): 407-415.

78. Worthington AS, MD Burkart. (2006) One-pot chemo-enzymatic synthesis of reporter-modified proteins. Organic & biomolecular chemistry 4(1): 44-46.

79. Huh D, GA Hamilton, DE Ingher. (2011) From 3D cell culture to organ-on-chips. Trends in cell biology 21(12): 745-754.

80. Narita A, Ogino T, Fukushima S, Kimura Y, Tabata Y, et al. (2009) Effect of gelatin hydrogel incorporating fibroblast growth factor 2 on human meniscal cells in an organ culture model. The knee 16(4): 285-289.

81. Breiting V, Aasted A, Jorgensen A, Opitz P, Rosetzsky A. (2004) A study on patients treated with polyacrylamide hydrogel injection for facial corrections. Aesthetic plastic surgery 28(1): 45-53.

82. Sharma B, Williams GG, Khan M, Manson P, Elisseff JH. (2007) In vivo chondrogenesis of mesenchymal stem cells in a photopolymerized hydrogel. Plastic and reconstructive surgery 119(1): 112-120.

83. Elisseff J, Winnette McIntosh, Mark Randolph, Michael Yaremchuk, Robert Langer, et al. (1999) Transdermal photopolymerization of poly(ethylene oxide)-based injectable hydrogels for tissue-engineered cartilage. Plastic and reconstructive surgery 104(4): 1014-1022.

84. Zhao YL, JF Stoddart. (2009) Azobenzene-based light-responsive hydrogel system. Langmuir 25(15): 8442-8446.

85. Osborn III TW. (1990) Thin, flexible sanitary napkin. Google Patents.

86. Nishizawa K, T Shiroye, O Itoh. (1981) Disposable diaper. Google Patents.

87. Pesosolodo L, van Weeren PR, Dhert WJ, Hennink WE, Vermonden T, et al. (2011) Hyaluronic acid and dextran-based semi-IPN hydrogels as biomaterials for bioprinting. Biomacromolecules 12(5): 1831-1838.

88. Oddo DJ, MJ Renn. (1999) Laser-guided direct writing for applications in biotechnology. Trends in biotechnology 17(10): 385-389.

89. Ahmed EM. (2015) Hydrogel: Preparation, characterization, and applications: A review. Journal of advanced research 6(2): 105-121.